Effect of solution temperature on the mechanical properties of dual-cure resin cements

En-Sook Kang1, DDS, MSD, PhD, Yeong-Chan Jeon1, DDS, MSD, PhD, Chang-Mo Jeong1*, DDS, MSD, PhD, Jung-Bo Huh1, DDS, MSD, PhD, Mi-Jung Yun1, DDS, MSD, Yong-Hoon Kwon2, PhD
1Department of Prosthodontics, School of Dentistry, Dental Research Institute, Pusan National University, Yangsan, Republic of Korea
2Department of Dental Materials, School of Dentistry, Pusan National University, Yangsan, Republic of Korea

PURPOSE. This study was to evaluate the effect of the solution temperature on the mechanical properties of dual-cure resin cements. MATERIALS AND METHODS. For the study, five dual-cure resin cements were chosen and light cured. To evaluate the effect of temperature on the specimens, the light-cured specimens were immersed in deionized water at three different temperatures (4, 37 and 60℃) for 7 days. The control specimens were aged in a 37℃ dry and dark chamber for 24 hours. The mechanical properties of the light-cured specimens were evaluated using the Vickers hardness test, three-point bending test, and compression test, respectively. Both flexural and compressive properties were evaluated using a universal testing machine. The data were analyzed using a two way ANOVA with Tukey test to perform multiple comparisons (α=0.05). RESULTS. After immersion, the specimens showed significantly different microhardness, flexural, and compressive properties compared to the control case regardless of solution temperatures. Depending on the resin brand, the microhardness difference between the top and bottom surfaces ranged approximately 3.3-12.2%. Among the specimens, BisCem and Calibra showed the highest and lowest decrease of flexural strength, respectively. Also, Calibra and Multilink Automix showed the highest and lowest decrease of compressive strength, respectively compared to the control case. CONCLUSION. The examined dual-cure resin cements had compatible flexural and compressive properties with most methacrylate-based composite resins and the underlying dentin regardless of solution temperature. However, the effect of the solution temperature on the mechanical properties was not consistent and depended more on the resin brand. [J Adv Prosthodont 2013;5:133-9]

KEY WORDS: Solution temperature; Microhardness; Flexural properties; Compressive properties; Dual-cure resin cements

INTRODUCTION

Methacrylate-based resin cements are popular for attaching indirect restoratives, appliances, and fiber posts to the prepared teeth due to their less technique sensitivity, good esthetics, high bond strength, and a potential for fluoride release.1-4 As luting agents for indirect restorations, resin cements are needed to keep the restoration in place and prevent dislodgement by forming a hard mass with sufficient strength to resist functional forces. In the oral cavity, however, shear forces that interact with the restoration inevitably induce dislodgement and retention loss. In addition, a low flexural strength, high shrinkage, water uptake, and expansion of the restorative materials also provoke debonding.5-7 Among the resin cements, dual-cure resin cements have been adopted widely because of their dual cure nature by light and chemical agents. Since restorative materials with opacity or dark shades are common, insufficient light transmission to the underlying cement and insufficient curing...
(degree of conversion) can occur. So any additional curing will be beneficial to compensate insufficient curing of resin cement because the curing conditions can be affected by the external light (light intensity, distance between the light-guide and resin cement, light-curing unit, etc.) and restoration thickness. In a dual-cure system, light-curing process is initiated by the light-activated photoinitiators and terminates the process mostly after the end of light irradiation. On the other hand, the self-curing process initiated by a chemical activator (benzoyl peroxide) lasts longer, even after the termination of light irradiation. Therefore, in a situation of insufficient light transmission, the free radicals formed by the benzoyl peroxide/amine system compensate for the lack of monomer to polymer conversion. The dual–cure resin cements give higher hardness or better bond strength than those of the chemically-activated resin cements. The overall properties of resin cements using the dual-cure system seem to be superior when compared to the single-cure system.

Although the temperature in the oral cavity remains constant in most times, it can vary from 0 to 60-70 ℃ due to the foods served and smoking. Such a variation in temperature may chill or heat the restorative materials and teeth and can change their mechanical properties. The short-term thermal effect on the resin cements can be understood indirectly by examining the effect of pre-heating on the resin cement. According to the limited studies, the results of pre-heating were inconsistent and product-dependent. Thus long-term thermal effect on the dual-cure resin cements in conjunction with their mechanical properties was not widely studied. The present study investigated the effect of temperature on the light-cured resin cements that were immersed in water. The microhardness, flexural and compressive properties were evaluated. The hypothesis was that the mechanical properties of dual-cure resin cements consistently depend on the temperature of immersion solution.

**MATERIALS AND METHODS**

For the study, five dual-cure resin cements (MaxCem Elite (MC), BisCem (BC), Calibra (CA), RelyX ARC (RX), and Multilink Automix (MA)) were selected, and their compositions are summarized in Table 1. For light curing, a quartz-tungsten-halogen (QTH) light-curing unit (Hilux 601, First Medica, Greensboro, NC, USA) of 900 mW/cm² was used. To evaluate the temperature effect on the specimens, the light-cured specimens were immersed in deionized water of three different temperatures (4, 37 and 60 ℃). The control specimens were aged only for 24 hours in a 37 ℃ dry and dark chamber.

To measure the surface microhardness of the specimens, a metal mold (4 × 2 × 3 mm) was filled with the resin cement and light cured for 40 seconds. The cured specimens was removed from the mold and aged for 24 hours in a 37 ℃ dry and dark chamber. The specimens were then immersed in deionized water (4, 37 and 60 ℃) for 7 days. At this time, each specimen (n=10 for each temperature condition) was placed in a 1.5 mL tube, and the solution in the tube was replaced daily. After 7 days, specimens were removed from the tube and the solution on the surfaces was blotted away. The microhardness of the light cured top side (z=0) and bottom side (z=3 mm) surfaces was measured using a Vickers hardness tester (MVK-H1, Akashi, Tokyo, Japan) by making a microindentation (n=12 for each test condition) under a 200 gf load and 10 seconds dwell time.

**Table 1.** Composition of the tested resin cements

| Product (Code) | Composition | Filler content* wt/vol% | Manufacturer |
|----------------|-------------|-------------------------|--------------|
| MaxCem Elite (MC) | Base: UDMA, fluoroaluminosilicate glass | 66/46 | Kerr, Orange, CA, USA |
| BisCem (BC) | Catalyst: Bis-GMA, TEGDMA, GPDM, bariumaluminosilicateglass | > 60 | Bisco Inc., Schaumburg, IL, USA |
| Calibra (CA) | Base: Bis-GMA, TEGDMA, glass filler | > 60 | Dentsply/DéTrey, Konstanz, Germany |
| RelyX ARC (RX) | Catalyst: Bis-GMA, TEGDMA, barium-boron-fluoroaluminosilicate glass, TiO₂ | > 60 | 3M ESPE, St. Paul, MN, USA |
| Multilink Automix (MA) | Bis-GMA, TEGDMA, barium-boron-fluoroaluminosilicate glass, TiO₂, benzoyl peroxide | 68.5/40 | IvoclarVivadent, Schaan, Liechtenstein |

* Information provided by the manufacturers.
Bis-GMA: bisphenol A diglycidyl methacrylate, UDMA: urethane dimethacrylate, TEGDMA: triethyleneglycol dimethacrylate, GPDM: glycerophosphatedimethacrylate, HEMA: 2-hydroxyethyl methacrylate.
A three-point bending test was performed to determine the flexural properties (flexural strength (FS) and modulus (FM)). To make the specimens, a metal mold (25 × 2 × 2 mm) was filled with the resin cement according to the ISO 4049. After filling the mold, both top and bottom surfaces were covered with slide glasses to make a flat surface. The specimen was irradiated for 40 seconds using a light-curing unit. Since the specimen was much wider (25 mm) than the tip size (8 mm), five light exposures were performed on each side by overlapping the curing light. After light curing, one group of specimens was removed from the mold and aged for 24 hours in a 37°C dry and dark chamber (control), the other groups of specimens were immersed in the three test solutions (4, 37 and 60°C) for 7 days. After aging or immersing in the test solutions, the specimens (n=10 for each test condition) were loaded to a universal testing machine (Instron 3345, Grove City, PA, USA) at a crosshead speed of 1 mm/min. The FS ($\sigma_f$ in MPa) was obtained using the following formula

$$\sigma_f = \frac{3DP}{(2WH^3)}$$

where $D$ is the distance between the supports (20 mm), P is the maximum failure load (N), $W$ is the width (2 mm), and $H$ is the height (2 mm) of the tested specimen. The FM (E in GPa) was obtained using the following formula

$$E = \frac{P}{D} \cdot \left(\frac{D^3}{(4WH^3)}\right)$$

where P/D is the slope in the linear portion of the load-displacement curve.

To measure the compressive properties (compressive strength (CS) and modulus (CM)), a metal mold (3 mm in diameter, 6 mm in height) was filled with the resin cement. The metal mold was made of two identical hollow hemicylinders by combining together. After filling the mold, both the top and bottom surfaces were covered with slide glasses to make the surface flat and then irradiated for 5 seconds (since light does not reach to the bottom surface, light curing would be better through the lateral surface after exposure). Subsequently, one part of the metal mold was removed by sliding. The exposed surface was light cured for 40 seconds. The opposite side was light cured for 40 seconds again after removing the other part. After light curing, one group of specimens was removed from the mold and aged for 24 hours in a 37°C dry and dark chamber (control). The other group of specimens was immersed in the testing solutions (4, 37 and 60°C) for 7 days. After aging or immersing in the test solutions, compression tests were performed using a universal test machine at a crosshead speed of 1 mm/min. The CS ($\sigma_c$ in MPa) was obtained using the following formula

$$\sigma_c = \frac{P}{A}$$

where $P$ is the maximum failure load (N) and $A$ is the cross-sectional area of the specimen. The CM of the specimens is the slope of the linear portion of the load-displacement curve.

The data acquired from the microhardness, three-point bending test, and compression test was analyzed by two-way ANOVA and post-hoc Tukey tests at the 0.05 level of significance.

**RESULTS**

Table 2 shows the microhardness of the top and bottom surfaces before and after immersion in the solutions of different temperatures. Before immersion, MA and MC showed the highest (50.9/47.6 HV) and lowest (33.1/30.1 HV) microhardness, respectively, among the specimens. After immersion for 7 days, the specimens showed a significant decrease in microhardness compared to the control case regardless of the solution temperatures ($P<.001$). On the top surface, CA and BC showed the lowest (4.8-15.9%) and highest (42.4-54.6%) microhardness difference between

| Table 2. Microhardness of the specimens immersed in the solutions of different temperatures |
|---------------------------------|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|
| MC | BC | CA | RX | MA |
|---|---|---|---|---|
| **Top surface** | | | | | | |
| Control | 33.1 ± 2.6 | 46.9 ± 2.8 | 42.1 ± 2.5 | 48.1 ± 3.2 | 50.9 ± 3.3 | * |<.001 |
| 4°C | 20.9 ± 1.7 | 21.3 ± 1.2 | 40.1 ± 3.2 | 41.4 ± 1.2 | 44.5 ± 0.4 | β |<.001 |
| 37°C | 22.5 ± 1.5 | 25.4 ± 0.7 | 35.4 ± 2.8 | 39.3 ± 2.1 | 38.1 ± 0.7 | αβ |<.001 |
| 60°C | 21.1 ± 1.6 | 27.0 ± 1.1 | 36.2 ± 2.3 | 35.6 ± 3.2 | 37.9 ± 0.5 | | |
| **Bottom surface** | | | | | | |
| Control | 30.1 ± 3.9 | 41.2 ± 2.3 | 37.2 ± 5.9 | 46.5 ± 2.3 | 47.6 ± 2.3 | * |<.001 |
| 4°C | 20.2 ± 1.4 | 20.2 ± 1.3 | 37.6 ± 2.3 | 38.8 ± 1.8 | 42.6 ± 1.1 | β |<.001 |
| 37°C | 22.3 ± 1.8 | 24.5 ± 1.1 | 34.1 ± 2.9 | 36.4 ± 1.1 | 36.2 ± 1.1 | αβ |<.001 |
| 60°C | 20.6 ± 0.9 | 25.7 ± 0.8 | 34.2 ± 1.8 | 34.3 ± 2.1 | 35.6 ± 1.4 | | |

* Statistically significant difference among the resin cements is shown by superscript letters A, B,..; temperature conditions by superscript numbers 1, 2, 3. Same letters or numbers are not significantly different (P>.05).
* On $P$-values, the letters α and β denote temperature and resin cement, respectively.
MC: MaxCem Elite, BC: BisCem, CA: Calibra, RX: RelyX ARC, MA: Multilink Automix.
the control and immersed specimens, respectively. RX and MA showed a consistent microhardness decrease as the solution temperature increased. On the bottom surface, for the control case, the microhardness decreased approximately 3.3-12.2% compared to that of the top surface. The change of microhardness for solutions of different temperatures was not consistent both on the top and bottom surface.

Flexural properties (FS and FM) of the resin cements immersed in the solutions of different temperatures are shown in Table 3. The highest and lowest FS, before (control) and after immersion, were achieved by CA (116.8-147.1 MPa) and BC (51.9-85.5 MPa), respectively. After immersion for 7 days, in most cases, FS decreased with increasing solution temperature. Among the specimens, BC and CA showed the highest (39.3%) and lowest (20.6%) FS decrease, respectively. Before immersion, MA and RX showed the highest (12.95 GPa) and lowest (10.72 GPa) FM, respectively. After immersion, most specimens (except CA) showed a significant decrease in modulus with increasing solution temperature ($P<.001$). Among the specimens, CA and BC showed the highest (10.82-11.49 GPa) and lowest (6.62-6.81 GPa) FM, respectively.

Table 4 shows the compressive properties (CS and CM) of the resin cements immersed in the solutions of different temperatures. Before immersion, RX and BC showed the highest (299.3 MPa) and lowest (211.7 MPa) CS, respectively. After immersion for 7 days, CS of the specimens decreased significantly ($P<.001$). Among the specimens, CA and MA showed the highest (22.6%) and lowest (2.2%) CS decrease.

### Table 3. Three-point flexural properties of resin cements immersed in solutions of different temperatures

| Resin cement | MC$^A$ | BC$^B$ | CA$^C$ | RX$^D$ | MA$^{CD}$ | $P$ value |
|--------------|-------|-------|-------|-------|---------|----------|
| Flexural strength (MPa) |      |       |       |       |         |          |
| Control$^1$ | 117.48 ± 3.25 | 85.49 ± 9.23 | 147.13 ± 12.69 | 141.46 ± 11.24 | 132.95 ± 18.36 | α<.001 |
| 4°C$^2$     | 82.18 ± 12.82 | 55.79 ± 8.15 | 135.27 ± 9.37  | 113.82 ± 32.68  | 127.57 ± 12.84  | β<.001 |
| 37°C$^3$    | 81.47 ± 18.52 | 54.56 ± 10.27 | 116.84 ± 11.05 | 106.07 ± 12.56  | 124.12 ± 10.69  | α<.001 |
| 60°C$^3$    | 81.29 ± 7.47  | 51.88 ± 6.51  | 118.59 ± 11.37 | 94.38 ± 12.31   | 99.02 ± 17.36   | β=.048 |
| Flexural modulus (GPa) |      |       |       |       |         |          |
| Control$^1$ | 12.49 ± 1.43  | 11.28 ± 0.94  | 11.34 ± 1.19  | 10.72 ± 1.23    | 12.95 ± 0.92    | α<.001 |
| 4°C$^{2,3}$ | 6.82 ± 0.96   | 6.69 ± 0.84   | 10.82 ± 0.73  | 8.95 ± 0.91     | 11.37 ± 1.06    | β<.001 |
| 37°C$^3$    | 8.38 ± 1.07   | 6.62 ± 0.78   | 11.49 ± 0.74  | 8.83 ± 0.66     | 10.81 ± 0.74    | αβ<.001 |
| 60°C$^3$    | 8.32 ± 0.85   | 6.81 ± 0.86   | 11.05 ± 0.58  | 8.62 ± 0.52     | 9.96 ± 0.67     |           |

* Statistically significant difference on resin cements is shown by superscript letters $A$, $B$,.., temperature on by superscript numbers $1$, $2$, $3$. Same letters or numbers are not significantly different ($P>.05$).

* On $P$-values, the letters $\alpha$ and $\beta$ denote temperature and resin cement, respectively.

MC: MaxCem Elite, BC: BisCem, CA: Calibra, RX: RelyX ARC, MA: Multilink Automix.

### Table 4. Compressive properties of resin cements immersed in solutions of different temperatures

| Resin cement | MC$^A$ | BC$^B$ | CA$^C$ | RX$^D$ | MA$^C$ | $P$ value |
|--------------|-------|-------|-------|-------|-------|----------|
| Compression  |      |       |       |       |       |          |
| Control$^1$  | 248.97 ± 13.12 | 211.67 ± 14.35 | 275.38 ± 12.76 | 299.25 ± 13.73 | 278.61 ± 11.57 | α<.001 |
| 4°C$^2$     | 245.83 ± 15.34 | 197.79 ± 14.37 | 220.69 ± 14.23 | 288.93 ± 7.95  | 273.35 ± 11.38 | β<.001 |
| 37°C$^{2,3}$| 248.89 ± 6.68  | 189.68 ± 11.38 | 223.49 ± 8.94  | 279.49 ± 11.67 | 275.21 ± 14.76 | αβ<.001 |
| 60°C$^3$    | 237.98 ± 8.68  | 178.17 ± 9.49  | 213.15 ± 10.68 | 246.38 ± 13.58 | 272.54 ± 13.16 |           |
| Modulus     |      |       |       |       |       |          |
| Control$^1$  | 4.21 ± 0.57   | 4.19 ± 0.37   | 3.92 ± 0.47   | 3.62 ± 0.55    | 3.85 ± 0.68    | α<.001 |
| 4°C$^2$     | 2.87 ± 0.57   | 2.84 ± 0.59   | 3.39 ± 0.59   | 3.60 ± 0.62    | 3.74 ± 0.38    | β<.001 |
| 37°C$^3$    | 2.92 ± 0.61   | 2.25 ± 0.63   | 3.64 ± 0.61   | 2.93 ± 0.47    | 3.64 ± 0.58    | αβ<.001 |
| 60°C$^3$    | 3.01 ± 0.49   | 2.16 ± 0.51   | 3.48 ± 0.63   | 2.73 ± 0.57    | 3.39 ± 0.57    |           |

* Statistically significant difference on resin cements is shown by superscript letters $A$, $B$,.., temperature on by superscript numbers $1$, $2$, $3$. Same letters or numbers are not significantly different ($P>.05$).

* On $P$-values, the letters $\alpha$ and $\beta$ denote temperature and resin cement, respectively.

MC: MaxCem Elite, BC: BisCem, CA: Calibra, RX: RelyX ARC, MA: Multilink Automix.
Regarding the filler content, in the present study, manufacturers released only the weight% data. According to the data, the resin cements have much lower filler content than many other composite resins. Generally, in light-curing composite resins, the microhardness is positively correlated with the filler content. Therefore, in many cases, specimens with high filler content have high microhardness. The degree of cure is basically the degree of monomer conversion to the polymer networks. Most methacrylate-based dental restorative materials contain monomers, such as Bis-GMA, Bis-EMA, UDMA, and TEGDMA, with many different combinations and ratios. This means that the degree of cure (conversion) changes inconsistently depending on the mixtures and their combination ratios. In the present study, the filler content of the specimens showed a low correlation with the measured microhardness (R<0.4) regardless of the solution temperatures. Such a low correlation may be due to the low filler content of the tested specimens. Within the resin matrix, the distributed fillers are the source of light dissipation because fillers induce light scattering and absorption, so low filler content may result in less light loss within the specimen. Actually, resin cements are not used for the restorations in which a direct mastication load is impressed, so the situation of low filler content would be tolerable both by itself and due to the dual-cure nature. The process of dual-cure is the curing of resin cements both by the external light and chemical agent. The dual-cure polymerization is beneficial in which light transmission is not sufficient. In this process, light-induced polymerization occurs first and then chemical agent-induced polymerization occurs later. The latter process compensates incomplete polymerization due to insufficient light transmission at the lower part of the specimen. On the control case (before immersion), minor microhardness difference (3.3-12.2%) depend on resin brand) between the top and bottom surfaces would be due to the additional curing by chemical agent. Such low microhardness difference is not common in the light-curing composite resins of 3-mm thick.

After immersion in the test solutions for 7 days, the specimens showed a significant decrease in microhardness both on the top and bottom surfaces. Such decrease in microhardness has also been observed in composite resins due to softening of the surface. Once the specimens are immersed in the test solutions, water uptake and subsequent attacks at the interface between the inorganic fillers and resin matrix will occur. Weakening of the bond between the filler and matrix and leaching of the surface by water make the specimen soft, which leads to a decrease in hardness. The solution temperature also significantly affects the microhardness. However, in the present study, the results were not consistent. In the case of RX and MA, the microhardness decreased gradually with increasing solution temperature. On the other hand, in the case of BC, the microhardness increased gradually with increasing solution temperature even though the microhardness had significantly decreased after immersion at 4℃ solution. In general, temperature increase enhances the activation of free radicals. Moreover, any additional curing by the external heat after the termination of light curing will depend on the residual monomers. In dual-cure resin cements, the residual monomers will be polymerized further by the subsequent chemical curing, so the remaining monomers will be reduced further with time (even though the situations can be different in each specimen). In the present study, hot water may enhance further polymerization, but, it may also enhance the softening and leaching of specimen through the specimen expansion and dissolution, so subsequent weakening is possible. On the other hand, if chemical curing after light curing is not complete and any monomers remain, external heat from the immersion solution may lead to some further polymerization, resulting in a subsequent increase in microhardness.

FS and FM, the flexural properties, are determined using a three-point bending test. These flexural properties are related to the resistance to the mastication stress without fracture or permanent deformation. Generally, FS depends on the internal defects or voids that were generated during manufacturing process. In the present study, FS and FM showed a significant decrease after immersion in the test solution, but the decrease was not consistent in the specimens. The FS of the resin cements tested ranged approximately 52-147 MPa depending on the conditions (control or immersion). These values meet the minimum FS requirement for dual-cure luting materials (50 MPa) set by ISO 4049. As to the many methacrylate-based composite materials.
resins from more than 70 proprietary products (approximately 63-161 MPa), the tested resin cements showed a similar range of FS values. After immersion for 7 days, the initial (control) FM (10.72-12.95 GPa) decreased to 6.62-11.49 GPa depending on the solution temperature and brand. In the oral cavity, the preferred FM of the resin cements should be near the value of dentin and the restorative materials in order to have a similar deformation nature against the external load. According to the studies, the modulus of methacrylate-based restoratives and dentin was approximately 3-12 GPa and 17-25 GPa, respectively. A similar FM of the tested resin cements as to the many other restoratives is desirable for more durable cementation. Otherwise, any resin cement may cause an adverse effect on the dentin-restorative structure due to the improper resistance at the interface.

A compression test is an important in vitro test that evaluates the material’s sustained resistance against a heavy load during mastication. After immersion, the compressive properties (CS and CM) significantly decreased, but the correlation with solution temperature was not consistent. MC and MA showed minor CS change (2.2-4.4% decrease after immersion compared to that of the control case). On the other hand, the rest resin cements showed much greater CS change (15.8-22.6%) than MC and MA. Generally, as the solution temperature increases, the immersed specimens expand and it results in the increase of water uptake through the filler-matrix interface. Also, dissolution of fluoride from the contained fluoride-containing fillers will occur. As a result, weakening of the bond between the filler and matrix and the structure itself can lead to a decrease in CS. However, if there is any additional curing by the hot solution, such curing may compensate the weakening of the specimens by the absorbed water. The similar CS pattern in MC and MA may be due to a combination of these two effects. In the present study, CS after immersion for 7 days ranged approximately 178-299 MPa. This range matches those of the most methacrylate-based composite resins and dentin. Similarly, FM of the tested resin cements was rather brand-dependent. The flexural and compressive properties of the dual-cure resin cements were similar to those of the most methacrylate-based composite resins and dentin.

REFERENCES

1. Goracci C, Cury AH, Cantoro A, Papacchini F, Tay FR, Ferrari M. Microtensile bond strength and interfacial properties of self-etching and self-adhesive resin cements used to lute composite onlays under different seating forces. J Adhes Dent 2006;8:327-35.
2. Yang B, Ludwig K, Adelung R, Kern M. Micro-tensile bond strength of three luting resins to human regional dentin. Dent Mater 2006;22:45-56.
3. De Munck J, Vargas M, Van Landuyt K, Hikita K, Lambrechts P, Van Meerbeek B. Bonding of an auto-adhesive luting material to enamel and dentin. Dent Mater 2004;20:963-71.
4. Uy JN, Lian JN, Nicholls JJ, Tan KB. Load-fatigue performance of gold crowns luted with resin cements. J Prosthet Dent 2006;95:315-22.
5. Pace LJ, Hummel SK, Marker VA, Bolouari A. Comparison of the flexural strength of five adhesive resin cements. J Prosthodont 2007;16:18-24.
6. Lee IB, An W, Chang J, Um CM. Influence of ceramic thickness and curing mode on the polymerization shrinkage kinetics of dual-cured resin cements. Dent Mater 2008;24:1141-7.
7. Cattani-Lorente MA, Dupuis V, Payan J, Moya F, Meyer JM. Effect of water on the physical properties of resin-modified glass ionomer cements. Dent Mater 1999;15:71-8.
8. el-Badrawy WA, el-Mowafy OM. Chemical versus dual curing of resin inlay cements. J Prosthet Dent 1995;73:515-24.
9. Barghi N, McAlister EH. LED and halogen lights: effect of ceramic thickness and shade on curing luting resin. Compend Contin Educ Dent 2003;24:977-500, 502, 504.
10. Jung H, Friedl KH, Hiller KA, Haller A, Schmalz G. Curing efficiency of different polymerization methods through ceramic restorations. Clin Oral Investig 2001;5:156-61.
11. Park SH, Kim SS, Cho YS, Lee CK, Noh BD. Curing units’ ability to cure restorative composites and dual-cured composite cements under composite overlay. Oper Dent 2004;29:627-35.
12. Hofmann N, Papsthart G, Hugo B, Klaiber B. Comparison of photo-activation versus chemical or dual-curing of resin-based luting cements regarding flexural strength, modulus and surface hardness. J Oral Rehabil 2001;28:1022-8.
13. Rueggeberg FA, Caughman WF, Curtis JW Jr. Effect of light intensity and exposure duration on cure of resin composite. Oper Dent 1994;19:26-32.
14. Witzel MF, Braga RR, Singer Jde M, Azevedo CL. Bond strength between polymer resin-based cement and porcelain-dentin surfaces: influence of polymerization mode and early cyclic loading. Int J Prosthodont 2003;16:145-9.
15. Spierings TA, Peters MC, Bosman F, Plasschaert AJ.
Verification of theoretical modeling of heat transmission in teeth by in vivo experiments. J Dent Res 1987;66:1336-9.

16. Airoldi G, Riva G, Vanelli M, Filippi V, Garattini G. Oral environment temperature changes induced by cold/hot liquid intake. Am J Orthod Dentofacial Orthop 1997;112:58-63.

17. Cantoro A, Goracci C, Papacchini F, Mazzitelli C, Fadda GM, Ferrari M. Effect of pre-cure temperature on the bonding potential of self-etch and self-adhesive resin cements. Dent Mater 2008;24:577-83.

18. Cantoro A, Goracci C, Carvalho CA, Coniglio I, Ferrari M. Bonding potential of self-adhesive luting agents used at different temperatures to lute composite onlays. J Dent 2009;37:454-61.

19. ISO 4049: Dentistry - Polymer-based restorative materials. ISO; Geneva; Switzerland, 2009.

20. Chung KH, Greener EH. Correlation between degree of conversion, filler concentration and mechanical properties of posterior composite resins. J Oral Rehabil 1990;17:487-94.

21. Asmussen E, Peutzfeldt A. Influence of UEDMA BisGMA and TEGDMA on selected mechanical properties of experimental resin composites. Dent Mater 1998;14:51-6.

22. Floyd CJ, Dickens SH. Network structure of Bis-GMA- and UDMA-based resin systems. Dent Mater 2006;22:1143-9.

23. Musanje I, Ferracane JL. Effects of resin formulation and nanofiller surface treatment on the properties of experimental hybrid resin composite. Biomaterials 2004;25:4065-71.

24. Mayworm CD, Camargo SS Jr, Bastian FL. Influence of artificial saliva on abrasive wear and microhardness of dental composites filled with nanoparticles. J Dent 2008;36:703-10.

25. Zeng K, Odén A, Rowcliffe D. Flexure tests on dental ceramics. Int J Prosthodont 1996;9:434-9.

26. Bona AD, Anusavice KJ, DeHoff PH. Weibull analysis and flexural strength of hot-pressed core and veneered ceramic structures. Dent Mater 2003;19:662-9.

27. Mecholsky JJ Jr. Fracture mechanics principles. Dent Mater 1995;11:111-2.

28. Ilie N, Hickel R. Investigations on mechanical behaviour of dental composites. Clin Oral Investig 2009;13:427-38.

29. Xu HH, Smith DT, Jahanmir S, Romberg E, Kelly JR, Thompson VP, Rekow ED. Indentation damage and mechanical properties of human enamel and dentin. J Dent Res 1998;77:472-80.

30. Mahoney E, Holt A, Swain M, Kilpatrick N. The hardness and modulus of elasticity of primary molar teeth: an ultramicro-indentation study. J Dent 2000;28:589-94.

31. Craig RG, Peyton FA. Elastic and mechanical properties of human dentin. J Dent Res 1958;37:710-8.

32. Watts DC, el Mowafy OM, Grant AA. Temperature-dependence of compressive properties of human dentin. J Dent Res 1987;66:29-32.